New α-Aminophosphonates as Corrosion Inhibitors for Oil and Gas Pipelines Protection

E. N. Nikitin a, G. G. Shumatbaev a, D. A. Terenzhev a, K. O. Sinyashin a, K. S. Kazimova b

aArbuzov Institute of Organic and Physical Chemistry, FRC Kazan Scientific Center, Russian Academy of Sciences, Kazan, 420088, Russia.
bKazan National Research Technological University, Kazan, Russia.

Received 20 February 2019; Accepted 22 April 2019

Abstract
The problem of corrosion of metal equipment is one of the most actual problems in oil industry. One of the methods to solve this problem is the development of new low-toxic, accessible and effective corrosion inhibitors. For this purpose, we carried out the synthesis of the new α-aminophosphonates based on syntanyl phosphites, formalin and diethanolamine according to the Kabachnik-Fields reaction. The resulting products are characterized by 1H, 31P, 13C NMR, IR and mass spectroscopy methods. The obtained compounds contain a long radical chain of industrial (poly) ethoxylated alcohol residue with different length of the hydroxyethyl fragment, as well as an active center containing O-P-C-N fragment, which impart them inhibitory properties toward corrosion processes. The anticorrosive activity of the new aminophosphonates was studied by gravimetric analysis method. In the article the effect of concentration, time and degree of ethoxylation of the hydrocarbon radical in alpha-aminophosphonates on the protective effect of inhibitors was studies. It was shown that the obtained aminophosphonates exhibit high values of the protective effect of steel in a highly mineralized medium containing 250 g/m³ CO₂ and 200 g/m³ H₂S. The high value of the protective effect (82-85%) at inhibitor concentration of 25 mg/l was found. The maximum protective effect at 50 mg/ml dosage of the inhibitor is 94.3%, while there is a decrease of the corrosion rate (less than 0.04 mm/year).

Keywords: Corrosion; Corrosion Inhibitor; α-Aminophosphonate; Synthanol; Protective Effect; Corrosion Rate.

1. Introduction
Corrosion is one of the most pressing problems of the oil and gas industry. Corrosive processes contribute to the deterioration of the mechanical properties of the equipment, which can lead to oil spill into the environment. The main corrosive agents in the oil and gas industry are H₂S and CO₂. Currently, there is a tendency to replace alloy equipment with materials that are more resistant to corrosion, but, unfortunately, this increases the cost of production.

One of the main solutions to this problem is the creation of new corrosion inhibitors that impede the process of damage to the material by creating a protective layer on the metal surface [1]. It can improve economic abilities of the industrial establishments and minimize different factors of the environment pollution [2]. In this case, molecule is adsorbed on the metal surface and causes a slowdown in either the anodic dissolution of the metal, or the cathodic reaction of hydrogen evolution, or both [3].

Considerable attention as inhibitors of metal corrosion was obtained by organic compounds, in particular, having a
heteroatom and/or π-electrons in their composition, as they are adsorbed on the metal surface and form a protective layer that prevents the penetration of corrosive agents in aggressive environment to the surface metal [4]. Moreover, in comparison with inorganic inhibitors, they are less toxic for both humans and the environment [5].

Recently, there is the development of "green" corrosion inhibitors based on natural compounds [6]. This field requires more “green” ways for synthesis of inhibitors with minimum by-products generation that avoid the formation of toxic substances. Thus new strategies such as chemical synthesis under solvent free condition, use of solid supported reagents, mecanochemical mixing and implementation of non-conventional activation using microwave and ultrasound irradiations have been developed [7]. Thus, studies on the use of environmentally friendly natural polymers - chitosan and carboxymethylcellulose [8], compositions based on rice bran oil are described [9]. The use of surfactants [10, 11] as well as a synergistic inhibitory effect when two of them combined are described [12].

It is known that good corrosion inhibitor should be effective even in small concentrations. One of such effective and interesting corrosion inhibitors are phosphonates because of their low toxicity, activity in aqueous media and stability toward hydrolysis and microorganisms degradation [13]. Also different types of amines and their derivatives are effectively used as corrosion inhibitors for steel in various corrosive environments because of their sp³ hybridised nitrogen atom, which can form three single bonds with another element or functional group and so increase inhibition effect [14]. Such phosphorus compounds as, for example, aminomethylene phosphonates [15], phosphonic acids [16], and also α-aminophosphonates [17], and nitrogen-containing compounds as imidazolines, amides, amines, amidoamines [18], and pyrazine derivatives [19] and many others are widely used as corrosion inhibitors.

The charge distribution, the interaction between the surface of metal and inhibitor molecules, the number of available active centers for adsorption are the main keys for the corrosion inhibition efficiency of molecules [13]. The anticorrosive activity of metal corrosion inhibitors is due to their adsorption capacity; it is the highest due to the presence of active phosphorus-, nitrogen- and sulfur-containing and other groups [20]. However, as a rule, one inhibitor cannot effectively inhibit metal corrosion. Fortunately, the synergistic effect of inhibition, which helps to improve the effectiveness of inhibition or reduce its dosage, is an effective way to solve this problem. We have proposed a method for obtaining new corrosion inhibitors by combining several active centers that enhance the anti-corrosion effect in a single molecule. Phosphorus in the composition of the phosphonate, nitrogen in the form of diethanolamine and the hydrophilic-hydrophobic part in the form of a non-ionic surfactant synthanol were chosen as active centers.

The charge distribution, the interaction between the surface of metal and inhibitor molecules, the number of available active centers for adsorption are the main keys for the corrosion inhibition efficiency of molecules [13]. The anticorrosive activity of metal corrosion inhibitors is due to their adsorption capacity; it is the highest due to the presence of active phosphorus-, nitrogen- and sulfur-containing and other groups [20]. However, as a rule, one inhibitor cannot effectively inhibit metal corrosion. Fortunately, the synergistic effect of inhibition, which helps to improve the effectiveness of inhibition or reduce its dosage, is an effective way to solve this problem. We have proposed a method for obtaining new corrosion inhibitors by combining several active centers that enhance the anti-corrosion effect in a single molecule. Phosphorus in the composition of the phosphonate, nitrogen in the form of diethanolamine and the hydrophilic-hydrophobic part in the form of a non-ionic surfactant synthanol were chosen as active centers.

Today, the market for corrosion inhibitors consists mainly of expensive foreign products, the chemical composition of which is often unknown; the so-called process of import substitution takes place. Therefore, we offer in our work an affordable method for producing inhibitors based on available industrial starting materials with high anticorrosive activity, as a basis for creating commercial inhibitors.

2. Materials and Methods

The $^{31}$P NMR spectra were recorded on a Bruker Avance-400 instrument (161.94 MHz for $^{31}$P and 400.05 MHz for $^1$H). The IR spectra were recorded on a Tenzor 27 spectrometer (Bruker, Germany) on KBr plates. Mass spectra were recorded on an AmazonX instrument, electrospray ionization. Elemental analysis performed on the instrument CarloErba brand EA 1108.

Determination of the protective effect of the products was carried out by a gravimetric method, which consists in determining the mass loss of metal samples during their stay in non-inhibited and inhibited corrosive environments, on the IKK-1 research gravimetric complex. The standard model of oilfield water of the following composition (g/dm$^3$) was used as a corrosive medium: NaCl – 163.0; CaCl$_2$ 2H$_2$O – 23.0; MgCl$_2$•6H$_2$O – 17.0; Na$_2$SO$_4$•2H$_2$O – 0.14 and CO$_2$ content - 200 g/m$^3$, H$_2$S - 20 g/m$^3$ in the first medium and CO$_2$ content - 250 g/m$^3$, H$_2$S-200 g/m$^3$ in the second medium. Metal samples with dimensions of $25 \times 20 \times 1$ mm were weighed on a laboratory analytical balance AND GR-202 with an accuracy of 0.01 mg. The tests were carried out for 6, 24, 72 and 168 hours with stirring at a stirring speed of 700 rpm. The dose of the inhibitor was 2.5-50 mg/l. The reagent, before entering into a corrosive environment, was dissolved in 1 ml of isopropanol.

The protective effect $Z(\%)$ was calculated by the Equation 1:

$$Z= 100* (\Delta m_{1} - \Delta m_{2})/ (\Delta m_{1} - \Delta m_{3})$$  \hspace{1cm} (1)

The corrosion rate $V$ (mm/mg) was calculated by the Equation 2:

$$V= 1.13* (\Delta m_{1} - \Delta m_{2} - \Delta m_{3})/(r*S)$$  \hspace{1cm} (2)

Where $\Delta m_{1}$, $\Delta m_{2}$ is the mass loss of the sample after the test in non-inhibited and inhibited media, g.; $\Delta m_{3}$ is the mass loss of the sample after the treatment with an etching solution, g.
$T$ is the exposure time of samples in a corrosive environment, h;

$S$ is the sample area, m² (0.00109 m²).

The two parallel tests on three samples for each test were conducted. The time for samples testing in the inhibited and non-inhibited test medium was the same. Before pouring the model water into the installation, it was flushed with inert argon gas. The sample surface was polished to a roughness of no more than 1.6 μm according to GOST 2789-73 and degreased with acetone.

After degreasing, subsequent operations with the samples were performed with tweezers. To activate the sample surface before testing, it was immersed for 1 min in a solution of 15% hydrochloric acid, then thoroughly washed with running and distilled water, dried with filter paper, packed into it, kept in a desiccator with desiccant for 1 h and weighed on an analytical balance with an error of 0.00001 g. The temperature fluctuations of the test medium did not exceed ±2 °C. The decrease of the medium volume due to evaporation did not exceed 1%.

At the end of the test, the samples were removed and dried with filter paper. Then, the treatment was carried out in the following sequence: the remnants of corrosive products were removed with a soft pencil eraser; poorly removed corrosion products were removed by etching for 15 seconds at room temperature in a solution of the following composition (g/dm³): sulfuric acid - 84.0; ammonium citrate – 100.0; thiourea - 10.0; distilled water - up to 1 dm³.

The remains of the pickling solution were removed by washing in tap water, then in distilled water. The samples were dried with filter paper, degreased with acetone, packed into filter paper, kept in a desiccator with desiccant for 1 h and weighed on an analytical balance.

3. Synthesis and Physico-chemical Characteristics of Phosphonates 4-6

Diethanolamine (2.5 g, 24 mmol for 1; 1.1 g, 10 mmol for 2 and 1 g, 10 mmol for 3) and 30% formalin solution (2 g, 66 mmol for 1, 1.5 g, 49 mmol for 2 and 1.1 g, 36 mmol for 3) was added to a solution of phosphite 1 (5 g, 19 mmol) (5 g, 7 mmol for 2 and 5 g, 5 mmol for 3). The reaction mixture was stirred at 80 °C for 6 hours under an inert atmosphere. Unreacted formalin was removed under reduced pressure. 4 and 5 are yellow liquid transparent products with yields of 5.1 g (84%) and 4.6 g (82%), respectively. 6 - orange liquid transparent product with a yield of 4 g (78%). The structures of the compounds obtained were proved by $^1$H, $^{31}$P, $^{13}$C, IR and mass spectroscopy, elemental analysis.

**Characteristics of Compound 4.**

NMR $^{31}$P [$^1$H] ($^{31}$P) spectrum (C₆H₆), δP, ppm: 18.48, 18.67, 18.83. NMR $^1$H spectrum (CDCl₃), δ, ppm (J, Hz): 2.78, 2.80, 2.82 s (2H, PCH₂N); $^3$JHH 20, $^3$JJH 717, 3.35-3.63 m (4H, (OCH₂CH₂)₂), 4.04-4.10 t (2H, OCH₂CH₃); $^3$JHH 717, 4.07 s (2H, NCH₂OH). FT-IR spectrum (liquid film) ν, cm⁻¹: 3361 (νas vOH), 2925, 2855 (νas vCH₃, νas vCH₂), 1465 (δas CH₃), 1354 (δs CH₂), 1251 (ν P=O), 1118 (νas v-C-O), 975 (ν C-C-O), 882 (δ P-O-C). Mass-spectrum (ESI), m/z: 484.7 [M + H]$^+$ for C₃H₸NO₃P calculated 483.6. EA: for C₃H₸NO₃P calculated, %: C 57.2; H 10.4; N 2.9; P 6.1.

**Characteristics of Compound 5.**

NMR $^{31}$P [$^1$H] ($^{31}$P) spectrum (C₆H₆), δP, ppm: 24.76, 24.94, 25.32. NMR $^1$H spectrum (CDCl₃), δ, ppm (J, Hz): 2.76, 2.78, 2.80 s (2H, PCH₂N); $^3$JHH 20, $^3$JJH 717, 3.63-3.69 m (4H, (OCH₂CH₂)₂), 3.78-3.80 t (2H, OCH₂CH₃); $^3$JHH 717, 4.35 s (2H, NCH₂OH). FT-IR spectrum (liquid film) ν, cm⁻¹: 3382 (νas vOH), 2925, 2857 (νas vCH₃, νas vCH₂), 1460 (δas CH₃), 1352 (δs CH₂), 1249 (ν P=O), 1113 (νas v-C-O), 956 (ν C-C-O), 874 (δ P-O-C). Mass-spectrum (ESI), m/z: 705.0 [M + H]$^+$ for C₆H₁₄NO₃P calculated 703.9. EA: for C₆H₁₄NO₃P calculated, %: C 56.3; H 10.0; N 2.0; P 4.4. Found, %: C 57.1; H 10.7; N 1.9; P 4.1.

**Characteristics of Compound 6.**

NMR $^{31}$P [$^1$H] ($^{31}$P) spectrum (C₆H₆), δP, δP, ppm (J, Hz): 2.86, 2.89, 2.92 s (2H, PCH₂N); $^3$JHH 20, $^3$JJH 717, 3.59-3.66 m (4H, (OCH₂CH₂)₂), 3.82-3.84 t (2H, OCH₂CH₃); $^3$JHH 717, 4.42 s (2H, NCH₂OH). FT-IR spectrum (liquid film) ν, cm⁻¹: 3376 (νas vOH), 2924, 2856 (νas vCH₃, νas vCH₂), 1457 (δas CH₃), 1352 (δs CH₂), 1249 (ν P=O), 1111 (νas v-C-O), 954 (ν C-C-O), 873 (δ P-O-C). Mass-spectrum (ESI), m/z: 837.1 [M + H]$^+$ for C₉H₂₂NO₃P calculated 836.0. EA: for C₉H₂₂NO₃P calculated, %: C 56.0; H 9.9; N 1.7; P 3.7. Found, %: C 56.8; H 10.3; N 1.7; P 3.4.
Table 1. Physico-chemical characteristics of compounds 4-6

| No | NMR $^3$P($^1$H) δ, ppm | NMR $^1$H PCH$_3$N δ, ppm | IR spectrum ν P=O δ ROS m/z: | Mass spectrum, m/z | EA, % |
|----|----------------------|------------------------|-----------------|-----------------|--------|
|    |                      |                        |                 |                 |        |
| 4  | 24.32                | 2.78                   | 10.5            | 1251            | 483.6  |
|    | 24.54                | 2.80                   | 882             | 483.6           | 57.9   |
|    | 24.91                | 2.82                   |                 |                 | 11.1   |
|    | 24.76                | 2.76                   |                 |                 | 10.7   |
|    | 25.32                | 2.80                   |                 |                 | 1.9    |
| 5  | 26.47                | 2.86                   |                 |                 | 4.1    |
| 6  | 27.28                | 2.92                   |                 |                 |        |

4. Results and Discussion

New corrosion inhibitors based on α-aminophosphonates were obtained under mild conditions by the method of amination of phosphites (Scheme 1).

Scheme 1. Scheme of the reaction of obtaining phosphonates 4-6

For this, phosphites 1–3 obtained by us earlier, which carry in their composition a fragment of industrial alcohol of the brand ALM (ALM-2, ALM-7 and ALM-10, where 2, 7 and 10 are the average number of ethoxy groups) were used in reactions of interaction with an excess of diethanolamine and 30% formalin solution at 80 °C for 6 hours.

A study of the inhibiting properties of 4-6 in carbon dioxide and hydrogen sulfide iron corrosion was carried out (content of CO$_2$ - 250 g/m$^3$, H$_2$S-200 g/m$^3$). The main indicators for determining the effectiveness of a compound as a metal corrosion inhibitor are the determination of the protective effect of the metal and the corrosion rate in the presence of the inhibitor. The effect of inhibitors on the corrosion rate of low carbon steel and the protective effect were determined by the gravimetric method by the loss of mass of metal samples during their staying in inhibited and uninhibited corrosive environments [21]. The main advantage of the gravimetric method analysis is the high accuracy of determining the mass of a substance in the investigated sample. Also, the analysis does not require complex equipment. In addition, to work on the device, it is not necessary to calibrate it, to prepare a series of standard solutions. The main disadvantage of gravimetric method is the duration of the analysis and need to check the quality of the weight form. So, it should not contain any impurities, and its composition should be known reliably [22].

An increase in the length of the hydroxyethyl fragment leads to an increase in the stability of the inhibitors with respect to the residence time in the medium under study. When comparing the magnitude of the protective effect for 4-6 at low concentrations of phosphonates (10 and 25 mg/l, after 6 hours of incubation in the test medium), a decrease in the effectiveness of corrosion in this series is observed with increasing degree of oxyethylation (Figure 1). Probably, with an increase in the hydrophilic-lipophilic balance in phosphonate molecules, the process of their adsorption on the metal surface stops faster, which leads to a decrease in the protective effect. Presumably, in this case, the reverse process plays a large role - desorption of the molecule with an increase in its hydrophilicity as a result of an easier transfer of the inhibitor from the metal surface to the aqueous phase. Thus, the phosphonate with the shortest hydroxyethyl chain proved to be the most effective corrosion inhibitor.
The study of the dependence of the protective effect on the residence time in the studied medium showed its decrease for all phosphonates.

The protective effect of inhibitor 6 was determined as a metal corrosion inhibitor by varying the phosphonate concentration after 6 hours of aging in the test medium (Figure 2). The experiment showed a protective effect of about 65% already at a low concentration (5 mg/l). With increasing concentration, the protective effect also increases and reaches its maximum (up to 94.3% at 50 mg/l). With a further increase of the 6 concentration to 100 mg/l, the protective effect decreases to 86.3%. Thus, to achieve a good indicator of the protective effect as a metal corrosion inhibitor does not require high concentrations in the case of phosphonate 6 (<100 mg/l).

Also, the studies were carried out at a concentration of CO₂ - 200 g/m³, H₂S - 20 g/m³, the concentration of salts did not change. An increase in the protective effect was found compared to the results described above (in the test medium with a CO₂ concentration of 250 g/m³, H₂S - 200 g/m³) (Figure 3). The protective effect increased to 87.4 and 70.2%, 85.0 and 74.6%, 84.1 and 77.3% after 6 and 24 hours for 4-6, respectively. This can be explained by the increase in the rate of adsorption of the inhibitor on the metal surface when the environment changes to a less aggressive one.
When testing inhibitors in model water without hydrogen sulfide, the protective effect also increases to 93.5 and 74.3%, 90.1 and 79.4%, 88.7 and 82.0% after 6 and 24 hours for 4-6, respectively (Figure 4).

Comparison of the obtained results with data for inhibitors used in industry showed the advantages of using the phosphonates obtained by us. Thus, the corrosion inhibitors of the INKORGAZ and AMDOR-IK series, which are well known in the oil industry, are compositions based on nitrogen-containing organic compounds and organic solvents. The protective effect of these inhibitors against general corrosion (at an inhibitor concentration of 30 mg/l, in the presence of H₂S and/or CO₂) is inferior to this value for the inhibitors we obtained. Thus, the protective effects for INCORGAZ-21T, AMDOR-IK-5, INCORGAZ-111 are 85, 90 and 90%, respectively, for the 4-6 phosphonates obtained by us - 88, 92 and 96 %, respectively. In addition, it is known that INCORGAZ corrosion inhibitors are moderately hazardous in terms of their impact on the human body and have an irritant local effect and general toxicity. The inhibitors obtained by us will have low toxicity, as well as similar α-amino phosphonates [23].

The protective effect of corrosion inhibitor samples, which are widely used to inhibit pipelines in oil fields in Western Siberia, showed the best results for generally accepted laboratory tests - at least 90 %. However, due to wide industrial application, their lack of effectiveness was discovered due to the presence of through corrosion damage on the oilfield
pipelines protected from corrosion. As known, the relevance of reliable laboratory tests is to simulate specific conditions. For example, for corrosion inhibitors Skimol 2111, Sonkor 9011, Azol 5010A, Kormaster 1035, the protective effect on tests in the U-shaped cell was only 73, 57, 47 and 78%, respectively (at 25 °C, 50 mg/l). This suggests low corrosion protection for turbulent regimes with high flow rates. The values of the protective effect in the case of phosphonates obtained by us (at 25 °C, 50 mg/l) under the same conditions of increased aggressiveness of the medium and high flow rates were 91, 84 and 94%, respectively, which far exceeds the values obtained for industrial inhibitors.

5. Conclusion

Thus, we obtained new anodic corrosion inhibitors based on phosphonate derivatives with (poly) hydroxyethyl substituents, demonstrating a good inhibitory ability with a high protective effect (94.3%) and a low corrosion rate of steel with the addition of phosphonates to the aggressive medium under study (0.03 mm/year).

6. Funding

The work was carried out within the framework of the grant of the Russian National Fund No. 17-73-10273. “Synthesis and study of the mechanism of action of new active inhibitors of carbon dioxide and hydrogen sulfide corrosion of steels and non-ferrous metals for their use in the oil industry”.

7. Conflicts of Interest

The authors declare no conflict of interest.

8. References

[1] Brzeszcz, J., Turkiewicz A. “Corrosion inhibitors – application in oil industry”. Naffa-Gas 2 (2015).

[2] Djene, Meriem, Salah Chafaa, Nadjib Chafai, Rachida Kerkour, and Abdelkader Hellal. “Synthesis, Spectral Properties and Corrosion Inhibition Efficiency of New Ethyl Hydrogen [(methoxyphenyl) (methylamino) Methyl] Phosphonate Derivatives: Experimental and Theoretical Investigation.” Journal of Molecular Structure 1175 (January 2019): 398–413. doi:10.1016/j.molstruc.2018.07.087.

[3] Harvey, T.J., F.C. Walsh, and A.H. Nahlé. “A Review of Inhibitors for the Corrosion of Transition Metals in Aqueous Acids.” Journal of Molecular Liquids 266 (September 2018): 160–175. doi:10.1016/j.molliq.2018.06.014.

[4] Osial, M., and D. Wilinski. "Organic substances as corrosion inhibitors for steel in concrete—an overview." Journal of Building Chemistry 1, no. 1 (2016): 43-53.

[5] Umoren, Saviour A., and Moses M. Solomon. “Synergistic Corrosion Inhibition Effect of Metal Cations and Mixtures of Organic Compounds: A Review.” Journal of Environmental Chemical Engineering 5, no. 1 (February 2017): 246–273. doi:10.1016/j.jece.2016.12.001.

[6] Verma, Chandrabhan, Eno E. Ebenso, Indra Bahadur, and M.A. Quraishi. “An Overview on Plant Extracts as Environmental Sustainable and Green Corrosion Inhibitors for Metals and Alloys in Aggressive Corrosive Media.” Journal of Molecular Liquids 266 (September 2018): 577–590. doi:10.1016/j.molliq.2018.06.110.

[7] Verma, Chandrabhan, M.A. Quraishi, and Eno E. Ebenso. “Microwave and Ultrasound Irradiations for the Synthesis of Environmentally Sustainable Corrosion Inhibitors: An Overview.” Sustainable Chemistry and Pharmacy 10 (December 2018): 134–147. doi:10.1016/j.scp.2018.11.001.

[8] Umoren, Saviour A., Abdullah A. AlAhmary, Zuhair M. Gasem, and Moses M. Solomon. “Evaluation of Chitosan and Carboxymethyl Cellulose as Ecofriendly Corrosion Inhibitors for Steel.” International Journal of Biological Macromolecules 117 (October 2018): 1017–1028. doi:10.1016/j.ijbiomac.2018.06.014.

[9] Salinas-Solano, G., J. Porcayo-Calderon, L.M. Martinez de la Escalera, J. Canto, M. Casales-Diaz, O. Sotelo-Mazon, John Henao, and L. Martinez-Gomez. “Development and Evaluation of a Green Corrosion Inhibitor Based on Rice Bran Oil Obtained from Agro-Industrial Waste.” Industrial Crops and Products 119 (September 2018): 111–124. doi:10.1016/j.indcrop.2018.04.009.

[10] Obot, I.B., Ikenna.B. Onyeachu, Nuha Wazzan, and Aeshah H. Al-Amri. “Theoretical and Experimental Investigation of Two Alkyl Carboxylates as Corrosion Inhibitors for Steel in Acidic Medium.” Journal of Molecular Liquids 279 (April 2019): 190–207. doi:10.1016/j.molliq.2019.01.116.

[11] Shaban, Samy M., I. Aiad, Ahmed H. Moustafa, and Omar H. Aljoubour. “Some Alginites Polymeric Cationic Surfactants; Surface Study and Their Evaluation as Biocide and Corrosion Inhibitors.” Journal of Molecular Liquids 273 (January 2019): 164–176. doi:10.1016/j.molliq.2018.10.017.

[12] Zhang, Chen, and Jingmao Zhao. “Synergistic Inhibition Effects of Octadecylamine and Tetradecyl Trimethyl Ammonium Bromide on Carbon Steel Corrosion in the H 2 S and CO 2 Brine Solution.” Corrosion Science 126 (September 2017): 247–254. doi:10.1016/j.corsci.2017.07.006.
[13] Migahed, M.A., A.M. Alsabaghi, M.I. Abdou, Adel A.-H. Abdel-Rahman, and Amany A. Aboulrous. “Synthesis a Novel Family of Phosphonate Surfactants and Their Evaluation as Corrosion Inhibitors in Formation Water.” Journal of Molecular Liquids 281 (May 2019): 528–541. doi:10.1016/j.molliq.2019.02.093.

[14] Xhanari, Klodian, Natalija Grah, Matjaž Finšgar, Regina Fuchs-Godec, and Uroš Maver. “Corrosion Inhibition and Surface Analysis of Amines on Mild Steel in Chloride Medium.” Chemical Papers 71, no. 1 (December 9, 2016): 81–89. doi:10.1007/s11696-016-0046-y.

[15] Demadis, Konstantinos D., and Antonia Ketsetzi. “Degradation of Phosphonate - Based Scale Inhibitor Additives in the Presence of Oxidizing Biocides: ‘Collateral Damages’ in Industrial Water Systems.” Separation Science and Technology 42, no. 7 (May 2007): 1639–1649. doi:10.1080/01496390701290532.

[16] Prabakaran, M., K. Vadivu, S. Ramesh, and V. Periasamy. “Corrosion Protection of Mild Steel by a New Phosphonate Inhibitor System in Aqueous Solution.” Egyptian Journal of Petroleum 23, no. 4 (December 2014): 367–377. doi:10.1016/j.ejpe.2014.09.004.

[17] Gupta, Neeraj Kumar, Chandrabhan Verma, R. Salghi, H. Lgaz, A. K. Mukherjee, and M. A. Quraishi. “New Phosphonate Based Corrosion Inhibitors for Mild Steel in Hydrochloric Acid Useful for Industrial Pickling Processes: Experimental and Theoretical Approach.” New J. Chem. 41, no. 21 (2017): 13114–13129. doi:10.1039/c7nj01431g.

[18] Richmond, J.M. “Cationic Surfactants”. Org. Chem.: Surf. Sci. Series 24 (1990): 73-75.

[19] Obot, I.B., S.A. Umoren, and N.K. Ankah. “Pyrazine Derivatives as Green Oil Field Corrosion Inhibitors for Steel.” Journal of Molecular Liquids 277 (March 2019): 749–761. doi:10.1016/j.molliq.2018.12.108.

[20] Brycki, Bogumil Eugeniusz, Iwona H. Kowalczyk, Adrianna Szulc, Olga Kaczerewska, and Marta Pakiet. “Organic Corrosion Inhibitors.” Corrosion Inhibitors, Principles and Recent Applications (April 4, 2018). doi:10.5772/intechopen.72943.

[21] Fadhil, Ahmed A., Anees A. Khadom, Hongfang Liu, Chaoyang Fu, Junlei Wang, Noor A. Fadhil, and Hameed B. Mahood. “(S)·6 Phenyl 2,3,5,6 tetrahydroimidazo[2,1-b] Thiazole Hydrochloride as Corrosion Inhibitor of Steel in Acidic Solution: Gravimetric, Electrochemical, Surface Morphology and Theoretical Simulation.” Journal of Molecular Liquids 276 (February 2019): 503–518. doi:10.1016/j.molliq.2018.12.015.

[22] Verma, Dakeshwar Kumar, Eno E. Ebenso, M.A. Quraishi, and Chandrabhan Verma. “Gravimetric, Electrochemical Surface and Density Functional Theory Study of Acetohydroxamic and Benzo hydroxamic Acids as Corrosion Inhibitors for Copper in 1 M HCl.” Results in Physics 13 (June 2019): 102194. doi:10.1016/j.rinp.2019.102194.

[23] Ska, Halina Kleszczyń, Janusz Sarapuk, and Dorota Bonarska. “The Hemolytic Toxicity of Some New Aminophosphonates.” Cellular & Molecular Biology Letters 6 (2001): 271-275.